The effect of blend copolymers on physico-mechanical properties of mortar

Bekbayeva L.¹, El-Sayed Negim²³, Yeligbayeva G.¹, Ganjian E.⁴

¹School of Chemical and Biological Technologies, Satbayev University, 22 Satpayev Street, 050013 Almaty, Kazakhstan
²School of Chemical Engineering, Kazakh-British Technical University, 106 Walikhanov Street, Almaty, 050010, Kazakhstan
³R&D center, "WARDA STAR" LLC, 30A/1 Satpayev Street, 050040, Almaty, Kazakhstan
⁴School of Energy, Construction and Environment, Faculty of Engineering, Environment & Computing, Sir John Laing Building, JL138, Coventry University, Coventry, CV1 2HF, the UK

Received: 13 September 2019 / Peer reviewed: 1 October 2019 / Accepted: 9 October 2019

Abstract. The present study investigates the effect of blend copolymers on the physico-mechanical properties of mortar mixes. Blend copolymers were synthesized based on poly vinyl alcohol (PVA) and urea (U) in aqueous solution with different blend ratios 65/35, 50/50 and 35/65 respectively, using glacial acetic acid as crosslinking. Physico-mechanical properties of mortar examined included water/cement ratio, setting time, workability, water absorption and compressive strength. The addition of blend copolymers to the mortar affected the physico-mechanical properties of mortar mixes. As the content of PVA increases in the blend copolymers, the water of consistency decrease, whereas the setting times (initial & final) were shortened. The compressive strength of the hardened cement pastes was increased at all ages of hydration while water absorption decreased.

Keywords: Mortar, PVA, urea, cement, compressive strength, workability.

Introduction

A number of researchers have studied the addition of chemical admixture to building materials based on polymeric compounds to improve the physical and mechanical properties of cement pastes, mortar and concrete [1-10, 30-31]. The main mechanism of improving properties of cement with addition of polymers is a thin film formed on the surface of grains of cement, aggregate, as well as pores which gave more adhesion [2-6].

Polyvinyl alcohol (PVA) is a water-soluble polymer and used in the industry as a modifier, as aggregate surface pre-treatment agent and as reinforcement in cement-based materials because of its chemical resistance and physical properties [3, 6]. Generally, PVA is added in the form of aqueous solution in small amounts (up to 2% based on the weight of cement during mixing) to improve the properties of cement mortar and concrete product [3, 8]. Negim et al. [11, 12] investigated the physical and mechanical properties of mortar containing PVA and...
dodecyl benzene sodium sulfonate as an air entraining agent. Additionally, PVA and dodecyl benzene sodium sulfonate were used to prepare copolymers latex: styrene/butyl methacrylate, styrene/methyl methacrylate, styrene/glycidyl methacrylate and styrene/ butyl acrylate. The results showed that PVA improved workability of mortar mixed as well as copolymer latex. Copolymer latexes based on 2-hydroxy ethyl acrylate and 2-hydroxy ethyl methacrylate. Different molar ratio of 2-hydroxy ethyl acrylate and 2-hydroxy ethyl methacrylate was designed to investigate the effect of latexes on the physico-mechanical properties of mortar. The copolymer latexes reduce water of consistency of mortar and increased workability [13]. The effect of concentration of styrene/butyl acrylate latexes on properties of mortars was investigated [14]. If the concentration of polymer is more than 5%, there is no significant influence on the properties of mortar mixes.

Negim et al. [15] prepared blend polymers based on polyvinyl alcohol (PVA) and urea (U) in different ratios, using glacial acid as catalysis. The addition of blend polymers to cement pastes improved the properties of cement pastes [16]. The work was extended to include the application of blend polymers to study physical and mechanical properties of mortar.

Experimental part

Materials: Polyvinyl alcohol (PVA) of molecular weight $14 \times 10^3$ g/mol purchased from Merck (Germany). Urea (U) and glacial acetic as catalysis purchased from Aldrich. The raw materials used in the present study are Portland cement clinker (PCC) and raw gypsum (G). Each of those raw materials was separately ground in a steel ball mill until the surface area of respectively was 3650 and 2800 cm$^2$/g. The mineralogical composition of the PCC sample is C$_3$S, 58.79 %; $\beta$-C$_2$S, 17.68 %; C$_3$A, 8.08 %; C$_4$AF, 9.72 %. The Portland Cement (PC) was prepared by mixing 96 % PCC and 4 % G (by weight) in a porcelain ball mill for one hour using 3 balls to ensure complete homogeneity of the cement. The Blaine surface area of the cement sample was 3350 cm$^2$/g [17].

The fine aggregate was sand with particle size ranging from 0.21mm to 0.53 mm and is free from organic or clay-like materials.

Synthesis and characterization of copolymers: Copolymer blend based on polyvinyl alcohol (PVA) with urea (U), were synthesized with composition ratios 65: 35 (M1), 50: 50 (M2) and 35: 65 (M3) glacial acetic acid as catalysis. The preparation of copolymers and the methods of analysis ($^1$H NMR, rheological and morphological techniques) have been previously described in a previous investigation [15].

Mixing and testing: Mortar specimens of size 70 mm cube were prepared in three groups. The control mix (M0) consists of Portland cement (PC), sand and water. The proportion of cement to sand was 1:3 (by weight) (M0). In mixes M1-M3, prepared copolymers blends were added. The addition rate was 2% by weight of cement. The cement to sand ratio was kept constant. However, the water to cement ratio was changed so that the same consistency was achieved.

The cement and sand were intermixed until homogeneity was achieved. Then the surfactants or prepared latexes were added to the mixing water. This was then added gradually to cement/sand mixture in order to determine the water of consistency and setting time using Vicat apparatus [18, 19].

The resulting mortar was directly placed into 70 mm cube stainless steel moulds. The moulds were manually agitated for 2 minutes and then on a vibrator for another 2 minutes. The moulds were kept in a humidity chamber at 100 % R. H and a constant room temperature overnight, then demoulded and cured under water till the time of testing. Testing included compressive strength, water absorption and combined water and was conducted at 1 day, 3, 7 and 28 days.

The determination of water absorption as per the specifications of BS 1881: Part 122 [20], compressive strength, water absorption and combined water were described in a previous investigation by the authors [21].

Results and Discussion

Structure of Copolymers: The structure of the copolymers blend P(PVA-b-U) is shown in Scheme 1 and further details about the synthesis and characterization have been previously reported by the authors [15].

![Scheme 1 Structure of P(PVA-b-U).](image)

Water/ cement ratio (W/C): The results of water consistency of mortar mixes are graphically illustrated in Figure 1. The water--to--cement ratio is
one of the most important items in all tests because special failures associated with the cement structures are essentially due to either too much or too low water that is added during mixing [22]. The W/C ratio for mortar mix without polymer was 0.525. The premixed grafting polymer with mortar mixes decreases W/C ratio from 0.525 to 0.49 (M1). However, increasing the PVA content in the blend copolymer decreases the W/C ratio of the mortar mixes.

![Figure 1](image1.png)

**Figure 1** The effect of blend copolymer on W/C ratio of mortar.

**Setting time:** The setting time (initial and final) of mortar premixed with blend copolymers are given in Figure 2. The setting time of mortar extends with the addition of blend copolymers to mortar. From Figure 2, it is clear that, as the content of PVA in the blend copolymers increases, setting times decreased. This is fundamentally because of the water losing by evaporation from the external surfaces of the samples mixed with the blend copolymer is generally not as much as that of the control mortar mix [23].

![Figure 2](image2.png)

**Figure 2** The effect of blend copolymer on setting time of mortar.

**Workability:** The results of the mortar workability tests are shown graphically in Figure 3. The outcomes demonstrate that the workability of mortar without polymer (M0) is 128 mm; but there was an expansion in workability estimation with the addition of blend copolymer. This expansion in workability was attributed to the blend copolymer being a surface-active agent. Figure 3 shows sharp increase in flow of mortar with increasing the content of PVA in the blend copolymer. Mortar mixed with 65% PVA gave the highest flow with 190.4 mm while mortar mixed with 35% PVA gave the lowest flow with 158.7 mm. Increasing of the mortar workability is principally determined as far as enhanced consistency because of both the 'ball bearing' activity and the dispersing impact of polymer [24].

![Figure 3](image3.png)

**Figure 3** The effect of blend copolymer on workability of mortar.

**Water absorption:** For the most part, the contact of cement in mortar with water, cement retains water in view of its permeable microstructure. The lower the water absorption, the lower the porous pore volume [25].

The effect of blend copolymer with different content of PVA on water absorption of mortar is demonstrated graphically in Figure 4. It is clear that the water absorption of the mortar mixed with blend copolymer decreased with the increasing of PVA content in the blend copolymer. This is ascribed to the hydration procedure occurring. Different investigations additionally demonstrated that the polymer fills the voids in the cement grid [26, 27]. Polymer-modified mortars are therefore expected to be more resistant towards penetrating aggressive environments than control mix.

![Figure 4](image4.png)

**Figure 4** The effect of blend copolymer on water absorption of mortar.
Figure 5 The effect of blend copolymer on compressive strength of mortar.

**Compressive strength:** Compressive strength of mortar increased with addition blend copolymer to mortar mixes as shown in Figure 5. As appeared from Figure 5, the compressive strength of mortar premixed with blend copolymer (M1, 65% PVA) is higher than that of mortar mixed with blend copolymer (M2, 50% PVA) and (M3, 35% PVA) at all curing periods. This is chiefly because of the adhesive activity due to polymerization or crystallization of the polymeric materials the excess of polymers deposits and polymerizes inside the pore arrangement of the solidified mortar cubes. The development of crystalline structure goes about as nuclei for different components. This may keep on enlarging precious crystals and solid arms-bearing high strength [28]. The consequences of compressive strength of mortar blended with united. This tends to enhance and upgrade the mechanical properties of the mortar cubes. Moreover, the higher level of polymerization and the higher powers between the particles of cement and those of the polymeric materials are the fundamental elements in charge of the generally higher compressive strength [29].

**Conclusions**

Based on the results of the conducted studies, it is possible to conclude the following:

- The addition of blend copolymers (M1; 65% PVA & M2; 50% PVA) to the mortar mixes improves most of the specific characteristics of the mortar;
- The addition of blend copolymer to mortar decreases water/ cement-ratio decreases, i.e. the blend copolymer acts as a water reducing agent when mixed with the mortar;
- Setting time of mortars increased with increasing the content of PVA in the blend copolymers.
- The flow table results showed that the blend copolymer enhances workability of mortars specially with 65% PVA.
- Water absorption of the mortar premixed with the blend copolymers (65% & 50% PVA) decreased while with blend copolymer 35% PVA increased.
- Compressive strength of mortar increased sharply compared with those of the reference mortar.
- As the ratio of PVA in the blend copolymer increased, the properties of the mortar also improved.

**Acknowledgments**

The work was financially supported by Ministry of Science and Education of the Republic of Kazakhstan, (program-targeted financing).

Cite this article as: Bekbayeva L., El-Sayed Negim, Yeligbayeva G., Ganjian E. The effect of blend copolymers on physico-mechanical properties of mortar // Kompleksnoe Ispol’zovanie Mineral’nogo Syr’ya (Complex Use of Mineral Resources). 2019. 4 (311). Pages: 5–11. https://doi.org/10.31643/2019/6445.32
Влияние смесевых сополимеров на физико-механические свойства цементного раствора

Л. Бекбаева, Эльсайд Негим, Г. Елигбаева, Е. Ганжиан

Аннотация. В настоящем исследовании исследуется влияние смешанных сополимеров на физико-механические свойства строительных растворов. Смешанные сополимеры были синтезированы на основе поливинилового спирта (ПВС) и мочевины (М) в водном растворе с различными соотношениями смесей 65/35, 50/50 и 35/65 соответственно, с использованием ледяной уксусной кислоты в качестве сшивки. Физико-механические свойства исследуемого раствора включали соотношение вода / цемент, время схватывания, подвижность, водо-поглощение и прочность на сжатие. Добавление смешанных сополимеров в строительный раствор влияло на физико-механические свойства растворных смесей. По мере увеличения содержания ПВС в смешанных сополимерах консистенция воды снижалась, тогда как время схватывания (начальное и конечное) сокращалось. Прочность при сжатии затвердевших цементных паст увеличивалась при всех возрастания гидратации, тогда как водо-поглощение уменьшалось.

Ключевые слова: строительный раствор, ПВС, мочевина, цемент, прочность на сжатие, подвижность.

ЛИТЕРАТУРА

[1] Ohama Y. Recent research and development in concrete-polymer composites // Proceedings of the 8th CANMET/ACI Int. Conf. on Recent Advances in Concrete Technology, ed. V. M. Malhotra, Montreal, Quebec. - 1994. - P.753-783.
[2] Bright R., Mraz T. and Vassallo J. The influence of various polymeric materials on the physical properties of a cementitious patching compound // ASTM publication on Polymer modified Hydraulic-cement mixtures, Ed. Kuhlman L.A., and Walters D.G. - 1999. - P.155–162.
[3] Singh N.B., and Sarita Rai. Effect of polyvinyl alcohol on the hydration of cement with rice husk ash // J. Cem. Con. Research. - 2001. - Vol.31. - P.239.
[4] Moukwa M., Yoon D., Hassanali M. Effects of degree of polymerization of water-soluble polymers on concrete properties // Cem. Concr. Res. - 1993. - Vol.23, Is. 1. - P.122–130.
[5] Sivakumar M.V.N. Effect of polymer modification on mechanical and structural properties of concrete – an experimental investigation // Int. J. Civ. Struct. Eng. - 2010. - Vol.1, Is.4. - P.732–740. http://dx.doi.org/10.6088/ijcser.00202010061
[6] Allahverdi A., Kianpur K., Moghbeli M.R. Effect of polyvinyl alcohol on flexural strength and some important physical properties of Portland cement paste // Iran. J. Mater. Sci. Eng. - 2010. - Vol.7, Is.1. - P.1–6.
[7] Kim J.H., Robertson R.E., Naaman A.E. Structure and properties of poly (vinyl alcohol) – modified mortar and concrete // Cem. Concr. Res. - 1999. - Vol.29, Is.3. - P.407–415. http://dx.doi.org/10.1016/S0008-8846(98)00246-4
[8] Kim J.H., Robertson R.E. Effects of polyvinyl alcohol on aggregate-paste bond strength and the interfacial transition zone // Adv. Cem. Based Mater. - 1998. - Vol.8, Is.2. - P.66–76.
[9] Kim J.H., Robertson R.E. Prevention of air void formation in polymer-modified cement mortar by pre-wetting // Cem. Concr. Res. - 1997. - Vol.27, Is.2. - P.171–176.
[10] Ohama Y. Polymer-based admixtures // Cem. Concr. Compos. - 1998. - Vol.20, Is.2–3. - P.189–212.
[11] Negim E., Kozhzhzhurova, L., Khatib J., Bekbayeva L., Williams C. Effects of Surfactants on the Properties of Mortar Containing Styrene/Methacrylate Superplasticizer // The Scientific World Journal. - 2014. - P.1-10.
[12] El-Sayed N., Bekbayeva L., Irmukhametova G., Kuzhantayeva A., Sultanova D., Suleimenova A., Mun G. Utilization of styrene copolymer lattices (DBSS/PVA) as chemical admixture for mortar // International Journal of Biochemistry and Chemistry. - 2016. - Vol.9, Is.2. - P.27-31.
[13] El-Sayed Negim, Jamal Khatib, Mohammed Muhanna Mohammed, Syrmanova Kulash Kerimbaevna. The Effect of Molar Ratios of the Monomers on the Physico- Mechanical properties of Ordinary Portland Cement Mortars // World Applied Sciences Journal. - 2012. - Vol.19, Is.6. - P.832-837.
[14] Bouthi S., Urvoy M., Dubois-Brugger I., Graillat C., Bourgeat-Lami E., Spitz R. Influence of Low Fractions of Styrene/Butyl Acrylate Polymer Latexes on Some Properties of Ordinary Portland Cement Mortars // Journal of Macromolecular Materials and Engineering. -2007. - Vol.292, Is.1. - P.33-45.
[15] El-Sayed Negim, Lyazzat Bekbayeva, Hanan Adam, Yeligbyayeva G., Eshmaiel Ganjian, Muhammad Saleh, Bahruddin Saad. The effect of blend ratios on physico- mechanical properties and miscibility of cross-linked poly (vinyl alcohol)/urea blends // Journal of Physics: Conf. Series 1123. - 2018. - 012066.
[16] Negim E.S.M, Yeligbyayeva G.Zh., Niyazbekova R., Rakhmetullaev R., Mamutova A.A., Iskakov R., Sakhy M., Mun G.A. Studying physico-mechanical properties of cement pastes in presents of blend polymer as chemical admixtures // International Journal of Basic and Applied Sciences. – 2015. - Vol.4, Is.3. - P.297-302
REFERENCES

[1] ASTM C204-82, Standards Test Method. - 1993.

[2] ASTM C187-86, American Standard Test Method. - 1993.

[3] ASTM C191-92, American Standard Test Method. - 1993.

[4] BS 1881: Part 122. Testing concrete // Method for determination of water absorption. - 1983.

[5] ASTM C170-90, American Standard Test Method. - 1993.

[6] Toutanj H.A., El-Korchi T. (1995). The influence of silica fume on the compressive strength of cement paste and mortar // Cement and Concrete Research. – 1995. - Vol.25, Is.7. – P.1591-1602.

[7] Rixom R., Mailvganam N. Chemical admixtures for concrete // E and FN Spon, London. - 1999.

[8] Aittc P.C., Joliceour C., MacGregor J.G. 1994. Concrete International. – 1994. - Vol.16. – P.45.

[9] Allahverdi A., Kianpur K., Moghbeli M.R. Iranian Journal of Materials Science and Engineering. – 2010. – Vol.7.

[10] Singh R.K., Rai U.S. Effect of polyacrylamide on the different properties of cement and mortar // J. Mater. Sci. Eng. - 2005 A. - P.392.

[11] Okama, Y. Principle of latex modification and some typical properties of latex modified mortar and concrete // J. ACI Mater., - 1987. – Vol.86. - P.511.

[12] Shaker F.A. Durability of styrene butadiene latex modified concrete // Journal of Chemical Concrete Research. - 1997. – Vol.27, Is.5. – P.711.

[13] Lea H., Neville K. Handbook of Epoxy Resins // Mc Grew, Hill, New York. – 1967.

[14] Kenzhaliyev B. K. Innovative technologies providing enhancement of nonferrous, precious, rare and rare earth metals extraction // Kompleksnoe Ispol'zovanie Mineral'nogo Syr'a (Complex Use of Mineral Resources). – 2019. – №3 (310). -Page: 64-75. https://doi.org/10.31643/2019/6445.30

[15] El-Sayed, N., Bekbayeva, L., & Omurbekova, K. Synthesis and characterization of anticorrosion emulsion latexes for metal. Kompleksnoe Ispol'zovanie Mineral'nogo syr'a (Complex Use of Mineral Resources). 307(4), 140–148. 2018. https://doi.org/10.31643/2018/6445.40
[15] El-Sayed Negim, Lyazzat Bekbayeva, Hanan Adam, Yelgibayeva G., Eshmait Ganjian, Muhammad Saleh, Bahrudin Saad. The effect of blend ratios on physico- mechanical properties and miscibility of cross-linked poly (vinyl alcohol)/urea blends // Journal of Physics: Conf. Series 1123. - 2018. - 012066. (In Eng.)

[16] Negim E.S.M, Yelgibayeva G.Zh., Niyazbekova R., Rakmetullayeva R., Mamutova A.A., Iskakov R., Sakhy M., Mun G.A. Studying physico-mechanical properties of cement pastes in presence of blend polymer as chemical admixtures // International Journal of Basic and Applied Sciences. – 2015. - Vol.4, Is.3. - P.297-302 (In Eng.)

[17] ASTM C204-82, Standards Test Method. - 1993. (In Eng.)

[18] ASTM C187-86, American Standard Test Method. - 1993. (In Eng.)

[19] ASTM C191-92, American Standard Test Method. - 1993. (In Eng.)

[20] BS 1881: Part 122. Testing concrete // Method for determination of water absorption. - 1983. (In Eng.)

[21] ASTM C170-90, American Standard Test Method. - 1993. (In Eng.)

[22] Toutanj H.A., El-Korchi T. (1995). The influence of silica fume on the compressive strength of cement paste and mortar // Cement and Concrete Research. – 1995. - Vol.25, Is.7. - P.1591-1602. (In Eng.)

[23] Rixom R., Mailvaganam N. Chemical admixtures for concrete // E and FN Spon, London. - 1999. (In Eng.)

[24] Aïtcin P.C., Jolicoeur C., MacGregor J.G. 1994. Concrete International. – 1994. - Vol.16. – P.45. (In Eng.)

[25] Allahverdi A., Kianpur K., Moghbeli M.R. Iranian Journal of Materials Science and Engineering. – 2010. – Vol.7. (In Eng.)

[26] Singh R.K., Rai U.S. Effect of polyacrylamide on the different properties of cement and mortar // J. Mater. Sci. Eng., - 2005 A. - P.392. (In Eng.)

[27] Ohama, Y. Principle of latex modification and some typical properties of latex modified mortar and concrete // J. ACI Mater., - 1987. – Vol.86. - P.511. (In Eng.)

[28] Shaker F.A. Durability of styrene butadiene latex modified concrete // Journal of Chemical Concrete Research. - 1997. – Vol.27, Is.5. – P.711. (In Eng.)

[29] Lea H., Neville K. Handbook of Epoxy Resins // Mc Grew. Hill, New York. – 1967.

[30] Kenzhaliyev B. K. Innovative technologies providing enhancement of nonferrous, precious, rare and rare earth metals extraction // Kompleksnoe Ispol’zovanie Mineral’nogo Syr’a (Complex Use of Mineral Resources). – 2019. – №3 (310). -Page: 64-75.https://doi.org/10.31643/2019/6445.30 (In Eng.)

[31] El-Sayed, N., Bekbayeva , L., & Omurbekova , K. Synthesis and characterization of anticorrosion emulsion latexes for metal. Kompleksnoe Ispol’zovanie Mineral'nogo syr’â (Complex Use of Mineral Resources). 307(4), 140–148. 2018 https://doi.org/10.31643/2018/6445.40 (In Eng.)